Data Article

Data showing the effects of disc milling time on the composition and morphological transformation of (α+β) titanium alloy (Ti–6Al–2Sn–2Mo–2Cr–2Zr–0.25Si) grade

Okwudili Simeon Ogbonna a,*, Stephen A. Akinlabi b, Nkosinathi Madushele a

a Department of Mechanical Engineering Science, Auckland Park Kingsway Campus, Faculty of Engineering and Built Environment, University of Johannesburg, 2006, South Africa
b Department of Mechanical and Industrial Engineering Technology, Doornfontein Campus, Faculty of Engineering and Built Environment, University of Johannesburg, 2006, South Africa

ARTICLE INFO

Article history:
Received 3 February 2019
Received in revised form 6 June 2019
Accepted 14 June 2019
Available online 24 June 2019

Keywords:
Titanium alloy
Milling time
SEM
EDS

ABSTRACT

In powder metallurgy, dry mechanical milling process is an effective technique employed in the reduction of solid materials into the desired size in the fabrication of materials or components from metal powders for various applications. However, the milling operation introduces changes in the size and shape as well as the elemental or chemical composition of the milled substance. These changes introduced after milling requires critical analyses as the performance and efficiency of fabricated components depend so much on the size, shape and chemical composition of the powders. In this data, the effects of vibratory disc milling on the morphological transformation and elemental composition of titanium alloy powder were observed and analyzed by Scanning Electron Microscopy (SEM) and Energy Dispersive Spectroscopy (EDS). The as received titanium alloy powder was subjected to dry mechanical milling machine rated 380V/50Hz at 940 rpm. Milling time of 2, 4, 6, 8 and 10 mins were adopted in this data collection. SEM and EDS analyses revealed that milling transformed the spherical shaped powders into plate-like shapes. This deformation in the shape of the powder increased with increase in milling time. Also,
The oxygen content of the powder fluctuated as the milling time increased.

© 2019 The Authors. Published by Elsevier Inc. This is an open access article under the CC BY license (http://creativecommons.org/licenses/by/4.0/).

1. Data

The data presented here are the scanning electron microscopic (SEM) images and energy dispersive spectroscopy (EDS) of titanium alloy powder presented in Figs. 3 and 4 milled by digital vibratory disc milling machine as shown in Fig. 1 indicating the effect of milling time on the morphological transformation and elemental composition as seen in Table 2.

2. Experimental design, materials and methods

The material used for this dataset is titanium alloy powder (Ti-6Al-2Sn-2Mo-2Cr-0.25Si) with particle size of 45–90 μm) manufactured and supplied by TLS Technik GmbH & Co company, South Africa. Mechanical milling of the powder was carried out on vibratory disc milling machine at 2 minutes intervals from 2 to 10 minutes. The disc milling machine is shown in Fig. 1.

2.1. Experimental methodology

The milling operation was carried out on digital vibratory disc milling machine, Model 2MZ-200 at different milling time of 0, 2, 4, 6, 8 and 10 minutes. Before milling, the milling chamber was washed and cleaned with acetone to eliminate any contaminant. About 40 g of the powder was fed into the milling chamber to keep the experiment running. The machine was stopped at every 2 minutes intervals to set aside the milled powder. The specifications of the machine are presented in Table 1.
Table 1
Vibratory disc milling machine specification [3].

| Property             | Specification |
|----------------------|---------------|
| Dimension            | 740 × 740 × 950 mm |
| Number of bowls      | 2             |
| Capacity per bowl    | 200 g         |
| Feed Size            | <15 mm        |
| Motor                | 380V/50Hz, 1.5KW |
| Motor speed          | 940 rpm       |

Table 2
Elemental Compositions of the titanium alloy by EDS.

| POWDER    | ELEMENT | 0 mins Milled (%) | 2 mins Milled (%) | 4 mins Milled (%) | 6 mins Milled (%) | 8 mins Milled (%) | 10 mins Milled (%) |
|-----------|---------|-------------------|-------------------|-------------------|-------------------|-------------------|-------------------|
| Titanium  | 76.7    | 81.5              | 76.3              | 70.1              | 66.3              | 88.8              |
| Oxygen    | 16.3    | 12.1              | 16.7              | 14.9              | 15.1              | 3.4               |
| Aluminum  | 4.9     | 3.3               | 4.7               | 3.8               | 3.3               | 5.6               |
| Carbon    | —       | 0.9               | —                 | 7.6               | 12.2              | —                 |
| Zirconium | 1.2     | 1.1               | 1.3               | 1.2               | 1.0               | 1.5               |
| Vanadium  | 0.3     | 0.4               | 0.3               | —                 | —                 | 0.4               |
| Molybdenum| —       | —                 | —                 | 1.9               | 1.7               | —                 |
| Silicon   | 0.6     | 0.6               | 0.6               | 0.5               | 0.4               | 0.3               |

Fig. 1. Double chambered vibratory.
powder obtained were then analyzed by scanning electron microscopy and energy dispersive spectroscopy.

2.2. Scanning electron microscope

The morphological analysis was carried out with scanning electron microscopy, Tescan VEGA 3 LMH type that is equipped with energy dispersive spectroscopy operated by oxford software as shown in

Fig. 2. Scanning Electron Microscopy Machine [3] disc milling machine.

Fig. 3. SEM images for the (α+β) titanium powder grade: (a) unmilled – as received, (b) 2 mins milled, (c) 4 mins milled, (d) 6 mins milled, (e) 8 mins milled, (f) 10 mins milled.
A voltage of 20 KV was selected with a working distance of 15 mm between the specimen and the detector. The scanning electron microscopic images of the milled titanium powder are shown in Fig. 3(a–f).

From Fig. 3, the disc milling operation transformed the spherical titanium alloy powders into plate-like shapes. This also reveals that the ductile nature of the powder.

2.3. Energy dispersive spectroscopy

Fig. 4(a–f), show the elemental compositions of the titanium alloy powder as revealed by the EDS images of the milled titanium powder. From the images, the following elements: titanium, oxygen, carbon, aluminum, molybdenum, vanadium, zirconium and silicon were observed. The variation of the elements is presented in Table 2. All the elements showed different percentage content after each milling time. It can be observed that the titanium as the base element of the alloy has the highest percentage in all the cases. Among the alloying elements, silicon as can be observed from Table 2 was the most stable followed by zirconium in terms of percentage variation. Oxygen element was present in all the powder but there was fluctuation in its content with an increase in milling time.
Data Areas of Application.

i) Titanium alloy powder can be used in powder metallurgy for spark plasma sintering [2,4].
ii) Titanium alloy powder can also be utilized as reinforcement in composite fabrication [5].
iii) Nanoparticles of titanium can be used in the development of nano-lubricants to improve tribological properties [6,7].
iv) It can also be applied in the improvement of coatings for automobile applications [8,9].

Conflict of interest

The authors declare that they have no known competing financial interests or personal relationships that could have appeared to influence the work reported in this paper.

References

[1] T. Dikici, M. Sutcu, Effects of disc milling parameters on the physical properties and microstructural characteristics of Ti6Al4V powders, J. Alloy. Comp. 723 (2017) 395–400.
[2] C. Li, Y. Zhou, Y. Xie, D. Zhou, D. Zhang, Effects of milling time and sintering temperature on structural evolution, densification behaviour and properties of a W-20wt. % Cu alloy, J. Alloy. Comp. 731 (2018) 537–545.
[3] O.M. Ikumapayi, E.T. Akinlabi, Data showing the effects of vibratory disc milling time on the microstructural characteristics of coconut shell Nanoparticles (CS-NPs), Data in Brief 22 (2019) 537–545.
[4] J. Kozlik, H. Becker, P. Harcuba, J. Strasky, M. Janecek, Cryomilled and spark plasma sintered titanium: the evolution of microscopy, IOP Conf. Ser. Mater. Sci. Eng. 194 (2017), https://doi.org/10.1088/1757-899X/194/1/012023.
[5] C. Veiga, J.P. Davim, A.J.R. Loureiro, Properties and applications of titanium alloys: a brief review, Rev. Adv. Mater. Sci. 32 (2012) 133–148.
[6] T. Luo, X. Wei, H. Zhao, G. Cai, X. Zheng, Tribology properties of Al2O3/TiO2 nanocomposites as lubricant additives, Ceram. Int. 40 (7) (2014) 10103–10109.
[7] N.W.M. Zulkifli, M.A. Kalam, H.H. Masjuki, R. Yunus, Experimental analysis of tribological properties of biolubricant with nanoparticle additive, Procedia Engineering 68 (2013) 152–157.
[8] H. Ogata, H. Habazaki, Influence of metallic powder contents on corrosion resistance of galvanized steel with metal powder-containing organic coatings for automobile fuel tanks, ISIJ Int. 57 (12) (2017) 2207–2213.
[9] S.A. Akinlabi, O.S. Ogbonna, P.M. Mashinini, A.A. Adeniran, O.S. Fatoba, E.T. Akinlabi, Titanium and epoxy for automobile application: a review, Adv. Civil, Struct Mech. Eng. (2019), https://doi.org/10.15224/578-1-63248-170-2-05.